Synthesis and Characterization of ZnO Nanoparticles - A Green Chemistry Approach

V. Pandiyarasan*, P. Shanmugapriya*, M. Y. Thanuja*, T. Anusuya* and P. Vairavaraja**

*Department of Nanotechnology, SRM University, Chennai, INDIA
**Department of ECE, Chettinad College of Engineering and Technology, Karur, Tamil Nadu, INDIA

Email ID: 2pandiyarasan@gmail.com

(Received 28 Nov, 2014; Accepted 08 Dec, 2014; Published 08 Dec, 2014)

ABSTRACT: Many green synthesis methods are used for synthesizing the nanoparticles in order not to harm the human kind which makes use of it. Sunscreen is one of the vital products that play a vital role in the human life now-a-days. Sunscreens are generally prepared with titanium dioxide and zinc oxide nanoparticles due to its higher bandgap which helps to protect the skin from UVB and UVA rays respectively. These nanoparticles are chemically prepared as far as now in the case of sunscreen products. Titanium dioxide nanoparticle does not give full protection over UV-A spectrum when compared to Zinc oxide nanoparticle. So sunscreen manufacturers opt for ZnO nanoparticle to give better results. Our motivation is to prepare green synthesized ZnO nanoparticle to use it in the preparation of transparent sunscreen. Here we use Aloe barbadensis leaf extract for the synthesis of ZnO nanoparticle.

Keywords: ZnO nanoparticles; green synthesis; Persea Americana; Sunscreen applications.

INTRODUCTION

Nanomaterials are being used in a wide variety of applications due to its varying properties on scaling down from bulk size to nanometer size (10^-9 m). The surface area to volume ratio plays an important role in nanoparticles, due to which they become more reactive. Zinc oxide (ZnO) is a metal oxide semiconductor which is non-toxic and bio-compatible which has a bandgap of about 3.37eV. ZnO nanoparticles are being widely under use in a variety of fields due to its uniqueness and attractiveness in their properties like electrical, optical, dermatological and anti-bacterial. This makes them to be a promising element the widely distributed fields like automobiles, electronics, optoelectronics, textiles, medicine, drug delivery and cosmetics.

Most commonly, ZnO nanoparticles are produced through chemical methods, like sol-gel processing, precipitation and electrodeposition method. Since ZnO acts as a physical barrier to the Ultraviolet (UV) radiation, they are being used in transparent sunscreen applications. Since they have wide bandgap and large excitation energy. ZnO is considered as “generally recognized as safe” (GRAS), but chemically prepared ZnO may be toxic as they involve use of toxic, hazardous chemicals. There is an increasing need to develop environmentally benign methods for nanoparticle synthesis which must be devoid of the use of toxic chemicals. Biomimetics means applying biological principles in material formation which involves bio-reduction. Biological methods of nanoparticles synthesis using microorganisms, enzymes, fungus and plants or plant extracts have already shown to be possible.

In the present work, we investigated the synthesis of stable ZnO nanoparticles with the biological method using three kinds of extracts, one from mesocarp of fruit and another from mesocarp and seed of the fruit of avocado (Persea Americana Mill) which belongs to the family Lauraceae. Flavonoids in fruits of P. americana could be behind the family Lauraceae. Flavonoids in fruits of P. americana could be behind the anti-inflammatory, anti-cancer and anti-hypertensive properties of the plant. Flavonoids are potent water soluble super anti-oxidants and the fruit may also act as free radical scavengers. They prevent oxidative cell damage, have strong anti-cancer activity. Another extract was
avocado oil made from endosperm of coconut (Cocos nucifera L.). It contains water, fat, protein and minerals which is the source of the coconut oil\textsuperscript{22}. It also contains vitamins like B, C and E. Avocado fruit contains vitamins like B-6, C, E and K. The anti-oxidant property of vitamins makes it a vital molecule for skin health, so it might be used in cosmetic applications, especially in sunscreens.

**MATERIAL AND METHODS**

**Biological Extracts:** Avocado fruit of about 1kg and one coconut was collected from the local market to prepare the biological extract.

**Aqueous Extract:** Half of the mesocarp of one avocado fruit was taken and crushed to a fine paste using a blender. The paste is mixed with about 50 ml of distilled water. The mixture is then strained in muslin cloth to get about 40-45 ml of aqueous extract.

**Oil Extract:** The mesocarp of two avocado fruits are taken and crushed to a fine paste using a blender. The endosperm of one coconut is grated and grinded with 150 ml of distilled water in a blender which is then strained to obtain the coconut milk. The paste is mixed with coconut milk and cooked for about 2 hours and 15 minutes at about medium temperature. Initially the mixture was of pale green color and finally it was of dark brown color. As it gets cooked, it starts to ooze out oil. The final cooked product is then strained in a muslin cloth to get avocado oil of about 30 ml.

**Liquid Extract:** Half of the avocado mesocarp of one avocado fruit and one seed is crushed to paste using a blender. About 100 ml of distilled water is mixed with it and cooked at medium temperature for about 30 minutes. Then it is allowed to slightly cool down and strained in muslin cloth to obtain a thick liquid extract of about 55-60 ml.

**Synthesis Procedure:**

1. **Synthesis with 2ml aqueous extract:** 0.1 M of aqueous solution of Zinc nitrate dehydrate [Zn(NO$_3$)$_2$.6H$_2$O] and 0.5 gm of NaOH with 20 ml of distilled water has been used as starting materials to which 2 ml of aqueous extract has been added and kept under vigorous stirring. The pH value was noted to be 10 at the end of 1 hour. After stirring for about 3 hours, a light yellow precipitate was obtained finally.

2. **Synthesis with 5 ml aqueous extract:** 0.5 M of aqueous solution of Zinc nitrate dehydrate and 0.5 gm of NaOH with 20 ml of distilled water are mixed with 5 ml of aqueous extract and kept for vigorous stirring for about 1 hour and 30 minutes. At the end of 1 hour the pH value was 10. Finally, a yellow precipitate was obtained.

3. **Synthesis with 5ml oil extract:** 0.5 M of aqueous solution of Zinc nitrate dehydrates and 0.5 gm of NaOH with 20 ml of distilled water was initially taken. 5 ml of avocado oil is added to the initial mixture and kept for vigorous stirring. After 1 hour and 30 minutes the pH value was 12. After 1 hour and 45 minutes, the liquid was at bottom and foam was formed at the top on stirring, slowly the foam and liquid gets mixed up to form a fine cream at the end of 2 hours and 30 minutes. After 3 hours a thick precipitate of light green color has been obtained.

4. **Synthesis with liquid extract:** 0.5 M of aqueous solution of Zinc nitrate dehydrate and 1.0 gm of NaOH with 40 ml of distilled water are mixed initially. 10 ml of liquid extract is added to them, which is then kept for vigorous stirring, for about 2 hours. Finally, a brown color precipitate was obtained.

All the samples are then transferred to the crucibles and calcined at 600 °C for about 2 hours. The calcined samples are crushed to fine powder and transferred to the micro centrifuge tubes.

**RESULTS AND DISCUSSION**

**UV–VIS spectroscopy:** In sample A, there was a strong light absorption ($\pi \rightarrow \pi^*$) at the wavelength of 220 nm and there is a weak light absorption ($n \rightarrow \pi^*$) near 370 nm. The energetically most favorable ($\pi \rightarrow \pi^*$) excitation has occurred from highest energy bonding pi-orbital (HOMO) to the lowest energy bonding pi-orbital (LUMO). When 2 ml of aqueous extract is taken (Sample a) and when 5 ml of aqueous...
extract is taken (Sample b), the strong absorption was found to be of same range whereas the light absorption range has increased as there is an increase in concentration of extract. With 5 ml of oil (Sample c), strong absorption was at 212 nm and light absorption was at 371 nm and with 5 ml of liquid extract (Sample d), there was only a strong absorption at 213 nm. With the chemically synthesized sample (Sample e) strong absorption was at 379 nm. The intensity of absorption is comparatively high in biologically prepared samples to that of chemically prepared sample.
**Sample e**

**FTIR Spectrometry:** The presence of functional groups in samples a, b, c and d are nearly same, with the change in transmittance percentage from one another. It shows that it has a C=X stretch region with multiple, sharp and medium peaks. There is a peak around 1600 cm\(^{-1}\) and several others at lower wave numbers. There are aromatic C-H peaks around 3000 cm\(^{-1}\). In sample e, there is a change in spectrum pattern comparing to all other samples. In 1000-1300 cm\(^{-1}\), C-O bonding occurs and a strong absorption is observed here. There was a multiple sharp and medium peaks in the region of 1400-1600 cm\(^{-1}\), sharp and medium intensity peaks occur in the region of 2260-2210 cm\(^{-1}\). There was also a very broad signal in the region of 2500-3300 cm\(^{-1}\), centered near 3000 cm\(^{-1}\).
XRD Analysis: In sample the intensity of the peak at maximum was around 30 in the 2-theta position. In sample b there are two successive maximum peaks one at the value of 2-theta as 30 and another around 37. In sample c, 2-theta values are nearly same as sample b, but there is a variation in the intensity height. In sample d, for the value of 2-theta at 30, intensity is little less than other samples, the maximum
intensity peak was around 37 for the sample e. The maximum intensity peaks were above 6000, above 2000, above 1000, above 3000 and above 10000 for the samples a, b, c, d and e respectively.
The biological ZnO nanoparticle is prepared by sol-gel synthesis method using avocado Fruit extract (Persea Americana). The obtained powder is characterized under UV visible spectroscopy, FTIR spectroscopy and X-Ray diffractometer to analyze it. This ZnO nanoparticle can be used to prepare transparent sunscreen. Comparison of chemical and biologically synthesized ZnO nanoparticle.

REFERENCES
1. A. Tomaszewska-Grzedaa, W. ÆLojkowskia, M. Godlewskib, S. Yatsunenkob, K. Drozdowicz-Tomsiad, E. M. Goldysd and M. R. Phillipse (2005) Proceedings of the XXXIV International School of Semiconducting Compounds, Growth and Characterization of ZnO Nanoparticles.
2. Kamaldeep, Dhirenda Kumar and Kashyap Kumar Dubey (2012) Optimization of Zinc Oxide nanoparticles synthesis to fabricate glucose oxidase sensor, Advances in Applied Science Research. 3(5):3081-3088.
3. Alessio Becheri Æ Maximilian Du¨rr Æ Pierandrea Lo Nostro Æ Piero Baglioni (2007) Synthesis and characterization of zinc oxide nanoparticles: application to textiles as UV-absorbers, J Nanopart Res, 10, 679-689.
4. Sheree E. Cross A., Brian Innes B., Michael S., Roberts A., Takuya Tsuzuki B., Terry A., Robertson C., Paul McCormick (2007) Human Skin Penetration of Sunscreen Nanoparticles: In-vitro Assessment of a Novel Micronized Zinc Oxide Formulation, Skin Pharmacol Physiol, 20, 148–154
5. Surabhi siva kumar, putcha venkateswarlu, vanka rango rao and gollapalli nageswsara rao (2013) synthesis, characterization and optical properties of zinc oxide nanoparticles, International nano letters, 3, 30.
6. F. Grasseta,b , N. Saitoa, D. Lia, D. Parka, I. Sakaguchia, N. Ohashia, H. Haneda, T. Roisnelc, d d S. Mornet , E. Duguet (2003) Surface modification of zinc oxide nanoparticles by aminopropyltriethoxysilane, Journal of Alloys and Compounds, 360.298-311.
7. Soosen Samuel M, Lekshmi Bose and George KC (2009) Optical properties of zno nanoparticles, Academic Review, 57-65
8. Dipak Nipane, Thakare S. R. and Khati N. T. (2012) ZnO nanoparticle by sol-gel and its uv application in cosmetics formulation, International Journal of Knowledge Engineering, 3, 168.
9. R. Y. Hong, J. H. Li, L. L. Chen, D.Q. Liu, H. Z. Li, Y. Zheng, J. Ding (2008) Synthesis, surface modification and photocatalytic property of ZnO nanoparticles, Journal of Powder Technology, 189, 426-432.
10. Sheng Xu and Zhong Lin Wang (2011) One-Dimensional ZnO Nanostructures: Solution Growth and Functional Properties, Nano Res., 011-0160-7.
11. Sreetama Dutta and Bichitra N Ganguly (2012) Characterization of ZnO nanoparticles grown in presence of Folic acid template, Journal of Nanobiotechnology, 10:29.
12. Mehrdad Forough and Khalil Farhadi, (2010) Biological and green synthesis of silver nanoparticles. Turkish journal of engineering and environmental sciences, 281-287.
13. Plants as Green source towards of Nanoparticles, (2013) International Research Journal of Biological Sciences International Science, 2(6), 66-76.
14. Yamini and Sudha Lakshmi, (2011) Green Synthesis of Silver Nanoparticles from Cleome Viscosa: Synthesis and Antimicrobial Activity. International Conference on Bioscience, Biochemistry and Bioinformatics IPCBEE, 5.
15. Klaus, T., Joerger, R., Olsson, E. and Granqvist, C. G., (1999) Silver-Based Crystalline Nanoparticles, Microbially Fabricated, J. Proc. Natl. Acad. Sci., 96, 13611-13614.
16. Konishi, Y. and Uruga, T., (2007) Bioreductive Deposition of Platinum Nanoparticles on the Bacterium Shewanella algae, J. Biotechnol., 128, 648-653.
17. Willner, I., Baron, R. and Willner, B. (2006) Growing Metal Nanoparticles by Enzymes, J. Adv. Mater., 18, 1109-1120.
18. Chandran, S. P., Chaudhary, M., Pasricha, R., Ahmad, A. and Sastry, M. (2006) Synthesis of Gold and Silver Nanoparticles Using Aloe Vera Plant Extract, J. Biotechnol. Prog., 22, 577-583.
19. Vigneshwaran, N., Ashtaputre, N. M., Varadarajan, P. V., Nachane, R. P., Paraliker, K. M. and Balasubramanya, R. H., (2007) Biological Synthesis of Silver Nanoparticles Using the Fungus Aspergillus flavus, Mater. Lett., 61, 1413-1418.
20. Ravindra P. Singh, Vineet K. Shukla, Raghvendra, S. Yadav, Prashant K. Sharma, Prashant K. Singh, Aminash C. Pandey. (2011) Biological approach of zinc oxide nanoparticles formation and its characterization, Adv. Mat. Lett., 2(4), 313-317.
21. Gunalan Sangeetha, Sivaraj Rajeshwari, Rajendran Venkatesh (2011) Green synthesis of zinc oxide nanoparticles by aloe barbadensis miller leaf extract: Structure and optical properties, Materials Research Bulletin, 46, 2560–2566
22. Arukwe, U., Amadi, B. A., Duru, M. K. C., Agomuo,E. N., Adindu, E. A.,Odika, P. C.,Lele, K. C., Egejuru, L., and Anudike, (2012) Chemical composition of Persea americana leaf, fruit and seed, IJRRAS, 11 (2).
23. Water Jean W. H. Yong, Liya Ge, Yan Fei Ng and Swee Ngin Tan (2009) The Chemical Composition and Biological Properties of Coconut (Cocos nucifera L.) water, Journal of molecules, 14(12), 5144-5164.
24. Kumar P. and Walia Y. K.: Proceeding of the National Conference on Advance in Basic and Applied Sciences, CPUH, 2014 (Asian J. of Adv. Basic Sci.) 2(3), 39-49.